Metallic Contact Formation for Molecular Electronics
Boer, Bert de; Frank, Martin M.; Chabal, Yves J.; Jiang, Weirong; Garfunkel, Eric; Bao, Zhenan
Published in:
Langmuir

DOI:
10.1021/la0356349

IMPORTANT NOTE: You are advised to consult the publisher's version (publisher's PDF) if you wish to cite from it. Please check the document version below.

Document Version
Publisher's PDF, also known as Version of record

Publication date:
2004

Link to publication in University of Groningen/UMCG research database

Citation for published version (APA):

Copyright
Other than for strictly personal use, it is not permitted to download or to forward/distribute the text or part of it without the consent of the author(s) and/or copyright holder(s), unless the work is under an open content license (like Creative Commons).

The publication may also be distributed here under the terms of Article 25fa of the Dutch Copyright Act, indicated by the “Taverne” license. More information can be found on the University of Groningen website: https://www.rug.nl/library/open-access/self-archiving-pure/taverne-amendment.

Take-down policy
If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.

Downloaded from the University of Groningen/UMCG research database (Pure): http://www.rug.nl/research/portal. For technical reasons the number of authors shown on this cover page is limited to 10 maximum.
Metallic Contact Formation for Molecular Electronics: Interactions between Vapor-Deposited Metals and Self-Assembled Monolayers of Conjugated Mono- and Dithiols

Bert de Boer,†§ Martin M. Frank,‡|| Yves J. Chabal,¶ Weirong Jiang,¶ Eric Garfunkel,¶ and Zhenan Bao*,†,⊥

Bell Laboratories, Lucent Technologies, 600 Mountain Avenue, Murray Hill, New Jersey 07974, and Rutgers University, Department of Chemistry and Chemical Biology, Piscataway, New Jersey 08854

Received September 2, 2003. In Final Form: December 10, 2003

We present grazing-incidence Fourier transform infrared and AFM data of Au, Al, and Ti vapor-deposited onto self-assembled monolayers (SAMs) of conjugated mono- and dithiols. SAMs of 4,4′-dimercapto-9,9′-diphenyl, 4,4′-dimercapto-9,9′-terphenyl, and 4,4′-dimercapto-2,2′-biphenyl have reactive thiol groups on the SAM/vacuum interface that interact with vapor-deposited Au or Al atoms, preventing metal penetration. Conjugated monothiols lack such metal blocking groups, and metals (Au, Al) can penetrate into their SAMs. Vapor deposition of Ti onto conjugated mono- and dithiol SAMs and onto hexadecanethiol SAMs destroys the monolayers.

Although Aviram and Ratner proposed the concept of using a single molecule as a rectifier,1 nearly three decades ago, serious experimental research into single molecular electronics has only begun this past decade. Most of the recent work is based on utilizing thiol-functionalized molecules on group Ib metals, because they are known to form well-ordered, densely packed self-assembled monolayers (SAMs).2 To study the electronic properties of conjugated SAMs, metal/organic interfaces are typically formed to connect them to macroscopic metallic contacts. In this geometry, a gold substrate usually serves as the bottom electrode. As a top electrode, a conducting atomic force microscope (c-AFM) or scanning tunneling microscope (STM) tip is frequently used.3-5 In other examples, the top electrode is prepared by vapor deposition of a metal through a mask.6,7 While using a c-AFM or STM tip is convenient for fundamental studies of single (or few) molecules, it is difficult to fabricate arrays of devices required for electrical circuits and interconnects in this manner.8,9 Vapor deposition of metals (e.g., Au, Ag, Cu, Al, Ti, Cr, and Fe) on alkanethiols with organic functional end groups (OFGs) such as CH3, OH, COOH, CO2CH3, CN, SH, and CF3 has been studied extensively,9-11 but reports on vapor deposition of metals onto conjugated SAMs with OFGs are scarce.10,12 Conjugated SAMs have been used for modification of electrodes,10 sensors,11 molecular switches,12 and rectifiers.13 Therefore, it is important to understand the effect of metal deposition on

1 Corresponding author. E-mail: zbao@chemeng.stanford.edu.
Tel: 650-723-2419. Fax: 650-723-9780.
† Lucent Technologies.
‡ Rutgers University.
§ Permanent address: Molecular Electronics: Physics of Organic Semiconductors, Materials Science Centre, University of Groningen, Nijenborgh 4, NL-9747AG, Groningen, The Netherlands.
∥ New address: IBM T. J. Watson Research Center, Yorktown Heights, NY 10598.
⊥ New address: Department of Chemical Engineering, Stanford University, Stanford, CA 94305.
the chemical and structural stability of these SAMs. In this letter, we report grazing-incidence Fourier transform infrared (GI-FTIR) spectroscopy data of vapor-deposited metal overlayers of commonly used metals (Au, Al, and Ti) onto SAMs of conjugated, phenyl-based mono- and dithiols and a model system of hexadecanethiol (C\textsubscript{16}H\textsubscript{33}SH). After thermal evaporation of the metals, the samples were transported through air (for several minutes) before the GI-FTIR analysis in nitrogen.

The detailed synthesis and characterization of phenyl-based mono- and dithiols and their SAMs were reported previously,\textsuperscript{2} and the same assignments of the GI-FTIR modes of oligophenylene mono- and dithiol SAMs with vapor-deposited metal overlayers were reported based on the GI-FTIR analysis in nitrogen.

To test the reactivity of thiol OFG toward Al, we have recorded GI-FTIR spectra of a SAM of HS-P4-SH before and after vapor deposition of 15 and 30 Å Al (15 Å, sample taken out for IR measurements followed by another 15 Å deposition) by thermal evaporation (Figure 2). Obviously, one can observe the growth of an aluminum oxide (Al\textsubscript{2}O\textsubscript{3}) layer, which is witnessed by a broad longitudinal-optical phonon mode around 900 cm\textsuperscript{-1} that increases with increasing aluminum exposure. All other observed modes assigned to HS-P4-SH\textsuperscript{2} do not change significantly after Al deposition, except for some baseline fluctuations. This implies that Al deposition does not affect the conjugated backbone of oligophenylenedithiols. Al probably reacts with the –SH end groups and forms an aluminum layer. The Al layer then oxidizes upon air exposure during sample transfer from the growth chamber to the FTIR setup. Typically, a 2–3 nm thick Al\textsubscript{2}O\textsubscript{3} layer can form spontaneously on Al. Unfortunately, the IR modes of the terminal C–S–H groups, and hence the interactions between Al and S–H of the SAM, could not be observed with GI-FTIR, since these modes are masked by the stronger aromatic ring stretch and bend modes. No significant broadening or shift of the IR peaks was observed. This implies that the conformations of the aromatic backbone are virtually undisturbed by the deposition of Al. The metal-induced spectral changes observed for HS-P4-SH are typical for Al deposition on all oligophenylenedithiols studied (HS-P2-SH and HS-P3-SH not shown). On all these SAMs, Al thus primarily interacts with the terminal thiol groups. Ti, on the other hand, completely destroys the HS-P4-SH SAM as is witnessed by the completed disappearance of the vibrational

\begin{figure}
\centering
\includegraphics[width=\textwidth]{figure1.png}
\caption{GI-FTIR spectra of HS-P4-SH, HS-P3-SH, and HS-P2-SH before (gray) and after (black) deposition of 10 Å Au. A vertical offset is introduced for clarity (0.003 and 0.010 units for HS-P3-SH and HS-P4-SH, respectively).
}
\end{figure}

\begin{figure}
\centering
\includegraphics[width=\textwidth]{figure2.png}
\caption{GI-FTIR spectra of pristine HS-P4-SH (black) and HS-P4-SH with 15 Å Al (dark gray), 30 Å Al (gray), and 30 Å Ti (gray). A vertical offset for Al deposition is introduced for clarity.
}
\end{figure}


The formation of carbides, oxycarbides, or a Ti metal prefers (diffusion into the organic film, simple adsorption on the thiol end group, reactive adsorption with the organic backbone, or surface diffusion to form metal clusters). Although all three metals might be expected to bond with thiol end groups, the Au–S bond is weaker than the Au–Au bond, and during vacuum deposition, Au mobility is high enough that clustering on top of the dithiol is still a preferred channel (under our deposition conditions).

The importance of the type of end group at the organic/vacuum interface is demonstrated by depositing Au, Al, and Ti onto a SAM of a conjugated monothiol, namely, 4-monemercapto-p-terphenyl (HS-P3) as depicted in Figure 4. Since monothiols have no OFGs at the SAM/vacuum interface that can react with and block the incoming metal during vapor deposition, we expect metal atoms to penetrate more easily into the SAM and interact with the conjugated backbone of HS-P3. Figure 4 displays the high-frequency region (aromatic C–H stretch vibrations) of the GI-FTIR spectra of the HS-P3 SAM before and after metal deposition. Deposition of 30 Å Au shows that the inert Au atoms hardly interact with the SAM. The aromatic C–H stretch peaks exhibit the same intensity as for the bare HS-P3 SAM. In contrast to all metal/SAM systems discussed so far, the deposition of 30 Å Al onto the conjugated monothiol HS-P3 results in a strong decrease of C–H signal intensity due to strong interaction with the conjugated backbone. This confirms our expectation of metal penetration into the SAM. Ti destroys the SAM by reacting with the organic species, similar to the HS-P4-SH dithiol case discussed above: no aromatic C–H stretch vibrations were observed after the deposition of 30 Å Ti.

To explore whether the observed reactivity of SAMs toward Al and Ti is unique for aromatic rings, we tested a well-studied model substrate consisting of a hexadecanethiol (C_{16}H_{33}SH) SAM. Hexadecanethiol is known to form a densely packed monolayer on Au(111) with a nearest neighbor spacing of ~0.5 nm in a (\sqrt{3} \times \sqrt{3})R30° superlattice. This SAM has been studied extensively with GI-FTIR since its discovery. Figure 5 shows the high-frequency region of the GI-FTIR spectra of hexadecanethiol SAM before and after metal deposition. The peak positions for a freshly prepared SAM are identical to those reported for a highly crystalline and trans-chain-conformation hexadecanethiol SAM.

Deposition of Au and Al attenuates the Fermi resonance of the terminal CH$_3$ stretch vibration at frequencies corresponding to the Fermi resonance.
indicating a strong interaction between Au/Al and the CH\textsubscript{3} terminus. Furthermore, a blue shift of the CH\textsubscript{2} asymmetric (\textit{\nu}_a) and symmetric (\textit{\nu}_s) stretching modes (Table 1) is observed, indicating a more liquidlike SAM. We attribute this to a decreased interchain interaction and the formation of a more disordered monolayer due to penetration of Au/Al atoms into the monolayer, which was not observed for the conjugated dithiols described above. The peak intensity of both CH\textsubscript{2} stretch modes is significantly stronger after Au deposition. This is most likely due to contaminants physisorbed on the Au overlayer during air exposure. In contrast to Au and Al, highly reactive Ti destroys\textsuperscript{9,14} the hexadecanethiol SAM, similar to Ti deposition on the conjugated monothiol HS-P3.

2879 and 2937 cm\textsuperscript{-1}, indicating a strong interaction between Au/Al and the CH\textsubscript{3} terminus. Furthermore, a blue shift of the CH\textsubscript{2} asymmetric (\textit{\nu}_a) and symmetric (\textit{\nu}_s) stretching modes (Table 1) is observed, indicating a more liquidlike SAM. We attribute this to a decreased interchain interaction and the formation of a more disordered monolayer due to penetration of Au/Al atoms into the monolayer, which was not observed for the conjugated dithiols described above. The peak intensity of both CH\textsubscript{2} stretch modes is significantly stronger after Au deposition. This is most likely due to contaminants physisorbed on the Au overlayer during air exposure. In contrast to Au and Al, highly reactive Ti destroys\textsuperscript{9,14} the hexadecanethiol SAM, similar to Ti deposition on the conjugated monothiol HS-P3.

<table>
<thead>
<tr>
<th>sample</th>
<th>\textit{\nu}_s CH\textsubscript{3} (cm\textsuperscript{-1})</th>
<th>\textit{\nu}_a CH\textsubscript{2} (cm\textsuperscript{-1})</th>
<th>\textit{\nu}_s (ip) CH\textsubscript{3} (cm\textsuperscript{-1})</th>
<th>\textit{\nu}_s CH\textsubscript{2} (FR) (cm\textsuperscript{-1})</th>
</tr>
</thead>
<tbody>
<tr>
<td>HS--C\textsubscript{16}H\textsubscript{33} + 30 Å Au</td>
<td>2853</td>
<td>2924</td>
<td>2962</td>
<td>2879</td>
</tr>
<tr>
<td>HS--C\textsubscript{16}H\textsubscript{33} + 30 Å Al</td>
<td>2853</td>
<td>2925</td>
<td>2963</td>
<td>2879</td>
</tr>
<tr>
<td>HS--C\textsubscript{16}H\textsubscript{33} + 30 Å Ti</td>
<td>2854</td>
<td>2926</td>
<td>a</td>
<td>d</td>
</tr>
<tr>
<td>crystalline\textsuperscript{a}</td>
<td>2851</td>
<td>2918</td>
<td>c</td>
<td>d</td>
</tr>
<tr>
<td>liquid\textsuperscript{b}</td>
<td>2855</td>
<td>2924</td>
<td>c</td>
<td>d</td>
</tr>
</tbody>
</table>

\textsuperscript{a} Not observed. \textsuperscript{b} Data taken from ref 25a. \textsuperscript{c} \textit{\nu}_s (ip) masked by the strong \textit{\nu}_a (op) in the crystalline and liquid spectra. \textsuperscript{d} Both \textit{\nu}_s (FR) bands are masked by the \textit{\nu}_s (CH\textsubscript{2}) band.

In summary, Au, Al, and Ti overlayers were vapor-deposited onto SAMs of phenylene-based mono- and dithiols and hexadecanethiol and studied with GI-FTIR. Au and Al do not react with the conjugated backbone of the dithiols but, most likely, react with the thiol groups that are exposed at the SAM/vacuum interface. Only Ti completely destroys the conjugated dithiol SAMs. Also for monothiols, without a reactive OFG at the SAM/vacuum interface, the deposition of Au atoms occurs mainly at that interface, although penetration of inert Au atoms into the SAM and diffusion to the S--Au bond cannot be excluded. By contrast, vapor-deposited Al clearly interacts with the (conjugated) backbone of the monothiols. Ti completely destroys also the conjugated monothiol SAMs. The same order of reactivity (Au < Al < Ti) was found for methoxy-terminated alkanethiol SAMs in a previous study,\textsuperscript{18} and the destruction of SAM by Ti appears to be a general phenomenon as well.\textsuperscript{14,18}

Our study illustrates the importance of an understanding of metal--OFG interaction in designing and controlling metallic contacts for molecular electronics. Potential complications in metal vapor deposition onto SAMs include the penetration of metal atoms into SAMs lacking an appropriate OFG (and, consequently, the formation of shorts) and, most importantly, the destruction of the SAMs by highly reactive metals such as Ti, which is often used as an adhesion layer for gold top electrode in SAM-based molecular electronics. In light of our findings reported in this letter and others,\textsuperscript{14,18} the interpretation of the properties of SAM-based electronic devices may need to be re-examined. In the choice of materials for future molecular electronic devices, it will be crucial to ensure appropriate reactivities of the electrode materials and the SAM functional end groups.

**Acknowledgment.** The authors thank their colleagues H. Meng, N. Zhitenev, D. Abusch-Magder, A. Erbe, H. E. Katz, J. Hsu, E. A. Chandross, and E. Reichmanis for helpful discussions. Support from The Netherlands Organization for Scientific Research (NWO, TALENT fellowship) to B.d.B. is gratefully acknowledged. M.M.F. was supported by a fellowship within the Postdoc Program of the German Academic Exchange Service (DAAD), E.G. and W.J. acknowledge the support of the New Jersey Center for Organic Opto-Electronics.